A Diffusion-Deformation Multiphase Field Model for Elastoplastic Materials Applied to the Growth of Cu6Sn5

Hektor, Johan; Ristinmaa, Matti; Hallberg, Håkan; Hall, Stephen; Iyengar, Srinivasan

2016

Link to publication

Citation for published version (APA):

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

- Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
- You may not further distribute the material or use it for any profit-making activity or commercial gain
- You may freely distribute the URL identifying the publication in the public portal

Take down policy
If you believe that this document breaches copyright please contact us providing details, and we will remove access to the work immediately and investigate your claim.
A Diffusion-Deformation Multiphase Field Model for Elastoplastic Materials Applied to the Growth of Cu₆Sn₅

Johan Hektor / Matti Ristinmaa / Håkan Hallberg / Stephen Hall
Division of Solid Mechanics, Lund University
Box 118
221 00 Lund, Sweden

Srinivasan Iyengar
Division of Materials Engineering, Lund University
Box 118
221 00 Lund, Sweden

Tin coatings are commonly used in the electronics industry to protect components from corrosion and also to increase solderability. Depositing tin on a copper substrate will lead to the formation of intermetallic compounds (IMC) at the interface between the substrate and the coating. At room temperature the intermetallic compound Cu₆Sn₅ is formed. A small amount of IMC is necessary to achieve a good bonding between the substrate and the coating. However, in the presence of too much IMC, the mechanical properties of the coating will degrade due to the brittleness of the intermetallic phase. With time, the IMC layer will grow thicker due to diffusion of copper atoms into the tin coating. The growth of the IMC is associated with a volume expansion that gives rise to stresses in the Cu and Sn layers. The compressive stresses developing in the Sn layer are believed to provide the driving force for tin whisker growth. Tin whiskers are nearly perfect single crystals growing out of the tin coating. Whiskers are known to cause short circuits of electronic components and several cases of catastrophic failure attributed to tin whisker growth have been reported. Even though tin whiskers are a well known problem, the underlying mechanisms of whisker growth are not fully understood.

To shed light on the mechanisms causing whisker growth, a coupled diffusion-deformation multiphase field model has been developed. The equations governing the evolution of the microstructure are derived in a thermodynamically consistent way using the concept of microforce balance laws. Furthermore, the model takes into account fast grain boundary diffusion between IMC grains as well as plastic deformation of the microstructure resulting from the volume expansion of the IMC. Preliminary results suggest that, for room temperature ageing, the growth of the IMC is linear with time, and that the curvature of the IMC layer decreases with time. This is in accordance with experimental data reported in the literature. It is also seen that plastic deformation occur in both the Cu and the Sn layer. The size of the plastic zone varies depending on the initial curvature of the IMC layer. For IMC layers with a high curvature, the plastic zone extends further into the Sn layer than for IMC layers with less curvature. The model also predicts that the growth of the Cu₆Sn₅ phase leads to a compressive stress state in the Sn layer. This suggests that intermetallic compounds growing in the interface between a Cu substrate and a Sn coating can generate the compressive stress necessary for whisker growth.

Figure 1: Left: SEM image of a tin growing out of an electrodeposited tin surface. Right: Evolution of the von Mises stress in the Sn layer for two different initial conditions at four different times; a) 150 h, b) 300 h, c) 450 h, and d) 600 h. The red contour indicates the plastic zone.